A short history of multiferroics

Review Article

Author(s):
Lottermoser, Thomas; Meier, Dennis

Publication date:
2020

Permanent link:
https://doi.org/10.3929/ethz-b-000456772

Rights / license:
Creative Commons Attribution 4.0 International

Originally published in:
Physical Sciences Reviews 6(2), https://doi.org/10.1515/psr-2020-0032
Thomas Lottermoser and Dennis Meier*

A short history of multiferroics

Abstract: The realization that materials with coexisting magnetic and ferroelectric order open up efficient ways to control magnetism by electric fields unites scientists from different communities in the effort to explore the phenomenon of multiferroics. Following a tremendous development, the field has now gained some maturity. In this article, we give a succinct review of the history of this exciting class of materials and its evolution from “ferroelectromagnets” to “multiferroics” and beyond.

Keywords: multiferroic, ferroelectric, ferromagnetic, magnetoelectric

1 From ferroelectromagnets to multiferroics

Hans Schmid coined the term multiferroic in 1993 in Ascona [1], complementing the earlier classification of ferroic materials by Aizu [2]. He defined multiferroics as materials that unite two or more primary ferroic states (ferroelasticity, ferroelectricity, ferromagnetism and ferrotoroidicity [1, 3]) in the same phase (Figure 1). A subset of these multiferroic materials is also magnetoelectric, i.e. these materials display a coupling between their electric and magnetic properties [5]. This coupling is the main reason for the world-wide interest in multiferroics, as it enables the control of magnetic order by electric fields and vice versa. While the term magnetoelectric originally referred to a linear coupling between electric (magnetic) field and magnetization (electric polarization), we nowadays include all types of coupling phenomena that occur between charge and spin degrees of freedom when talking about magnetoelectric multiferroics [6]. Furthermore, going beyond just primary ferroic states, the initial concept of coexisting orders has been expanded, now also including, e.g. antiferromagnetism and multi-phase materials like laminates, solid solutions, and layered (thin film) architectures [7–12]. In this work, we will use this modern interpretation when referring to multiferroics.

Although the term multiferroics appeared in literature only around the year 2000, it is important to note that the hunt for a strong coupling of magnetic and electric degrees of freedom as basis of novel voltage-controlled low-power magnetic devices

*Corresponding author: Dennis Meier, Department of Materials Science and Engineering, NTNU Norwegian University of Science and Technology, Sem Sælandsvei 12, Trondheim 7034, Norway, E-mail: dennis.meier@ntnu.no
Thomas Lottermoser, Department of Materials, ETH Zurich, Vladimir-Prelog-Weg 4, Zurich, ZH 8093, Switzerland, E-mail: thomas.lottermoser@mat.ethz.ch

Open Access. © 2020 Lottermoser and Meier, published by De Gruyter. This work is licensed under the Creative Commons Attribution 4.0 Public License.
https://doi.org/10.1515/psr-2020-0032
began already decades earlier [13]. The research on new types of electric and magnetic long-range order really flourished during the first half of the 20th century; two outstanding events that date back to this time are the experimental discovery of ferroelectricity by Valasek [14] and Néel’s seminal work on antiferromagnetism [15]. The theoretical description of ferroelectricity and antiferromagnetism progressed rapidly, but measurements were challenging. Thus, from an experimental point of view, these physical phenomena were still rather new in the 1950s when first efforts to combine magnetic and ferroelectric order were pursued in the former Soviet Union. Smolenskii and Ioffe suggested to introduce magnetic ions into ferroelectric perovskites and create magnetic long-range order while retaining the ferroelectric state [16]. Their research led to the successful synthesis of single-crystals like Pb(Fe0.5Nb0.5)O3 and polycrystalline solid-solutions like (1–x)Pb(Fe0.66W0.33)O3–xPb(Mg0.3W0.7)O3, representing first

Figure 1: Primary ferroic order. Four types of ferroic order are classified as primary ferroic properties, namely ferroelasticity (a), ferroelectricity (b), ferromagnetism (c), and ferrotoroidicity (d) [1]. (a) Ferroelastics exhibit spontaneous strain, , which can be switched between equally stable states by application of stress. (b) Ferroelectrics develop a spontaneous electric polarisation, , which switches under application of an electric field. (c) In ferromagnets, the spontaneous alignment of spins results in a macroscopic magnetic moment, . This spontaneous magnetization can be switched by a magnetic field. (d) Ferrotoroidicity is discussed as fourth type of primary ferroic order [3, 4]. For example, ferro-toroidics may exhibit a vortex-like alignment of spins with a toroidization (T). The toroidal field required to switch the order is of the form \( E \times H \), where \( E \) and \( H \) are the electric and magnetic field, respectively. In the classical definition, a multiferroic material simultaneously shows two or more of these ferroic properties in the same phase. Nowadays, however, the term is used in a much broader context as discussed in the main text. Insets: A key characteristic of any primary ferroic order is its hysteretic response to the conjugated field (e.g. \( P \leftrightarrow E, M \leftrightarrow H \)). In the ideal multiferroic, \( P \) and \( M \) are coupled so that the magnetic order, \( M \), can be switched by an electric field and the electric order, \( P \), by a magnetic field \( H \).
multiferroics that were designed on purpose [17, 18]. Smolenskii and Ioffe referred to these systems as ferroelectromagnets (originally: seignettomagnets).

Interestingly, two of the most intensely investigated present-day multiferroics, that is, BiFeO$_3$ and the hexagonal (h-) manganites (RMnO$_3$, \( R = \text{Sc, Y, In, Dy-Lu} \)), have already been identified in the early 1960s [19–22]. The celebrity of the first multiferroics era, however, were the boracites. In 1966, Asher et al. observed a colossal linear magnetoelectric effect in Ni$_3$B$_7$O$_{13}$I that allowed for hysteretic switching of a multiferroic state by either electric or magnetic fields [23]. Such experimental findings were complemented by the development of a theoretical framework, predictions about emergent magnetoelectric phenomena, and the proposition of technological applications [24]. The latter were remarkably similar to modern multiferroic-based device paradigms. Moreover, classical theory tools, such as representation analysis and Landau theory, still play a key role for the description of multiferroics. Around 1970 Aizu developed a unifying classification of ferroics [2, 25]. This contributed significantly to the modern understanding of (multi-)ferroics and to Schmid’s important definition [1].

Following the peak in research activities in the 1960s, the first multiferroics era petered out about a decade later. By that time, circa 50 multiferroic systems were known [26], none of which exhibited technologically feasible properties. This may explain why researchers eventually lost interest and moved on to other material classes. Of course, the research on multiferroics never stopped completely. One seminal discovery was made in 1978 by Newnham and coworkers, who reported that a spin spiral in Cr$_2$BeO$_4$ breaks spatial inversion symmetry and thereby induces a spontaneous electric polarization [27]. On just four pages the authors foreshadow much of the fascinating physics of magnetically driven (improper) ferroelectricity that should be recognized much later as key source for multiferroics with strong magnetoelectric interactions. Five years later, in 1983, Bar’yakhtar et al. presented a phenomenological model, elaborating how magnetic order can break inversion symmetry and, hence, induce an electric polarization [28].

The ball was set rolling again when Hans Schmid organized a conference on Magnetoelectric Interaction Phenomena in Crystals (MEIPIC-2) in 1993. The meeting and its fascinating proceedings identified and interrelated many of the phenomena, systems and theories surrounding the magnetoelectric effect [29]. Aspects crucial to the resurgence of multiferroics, such as techniques for imaging multiferroic domains and their interactions, new types of ferroic order and future multiferroic key materials, can all be traced back to MEIPIC-2.

In 2000, Spaldin (then Hill) revisited the original idea of Ioffe and Smolenskii and elaborated why in classical perovskites, displacive ferroelectricity and magnetic order are working against each other [30]. This work and a session at the 2000 March Meeting of the American Physical Society reached out to a broad audience and further prepared the stage for the second era of multiferroics. Encouraged by the knowledge of why previous attempts to expand the pool of multiferroics had
stagnated and the interim progress in materials synthesis and characterization, researchers accepted the challenge and resumed the hunt for novel multiferroics of technological value.

First highlights were the discoveries of pronounced magnetoelectric interactions in h-YMnO$_3$ [31, 32], orthorhombic TbMnO$_3$ [33], and TbMn$_2$O$_5$ [34]. In the latter two materials, the interaction originates from non-centrosymmetric spin textures inducing a magnetically controllable electric polarization, analogous to the case of Cr$_2$BeO$_4$. In contrast to the earlier work on Cr$_2$BeO$_4$, however, the new findings succeeded in triggering world-wide attention, leading to concerted efforts in different communities, bridging materials science, condensed matter physics, and materials theory. It was this joint effort of a new generation of researchers which promoted multiferroics research to new realms (for a detailed review on the early history of multiferroics, we refer the reader to the extended work in, e.g. [13, 26, 35]).

2 The second era of multiferroics

Just as 40 years earlier, the new quest for multiferroics with strongly interacting magnetic and electric order had a strong focus on ferroelectrics. This time, however, the scope was to find novel types of polar states that permit the emergence of coexisting magnetic order – an approach that went far beyond a mere revival of existing concepts. Theoretical and experimental tools had advanced tremendously compared to the first era of multiferroics. It was now possible to understand multiferroicity at the atomic scale and, importantly, design new systems with unprecedented precision and complexity. This was essential for accomplishing the shift away from standard displacive ferroelectrics and towards materials where, e.g. the electric polarization is induced by the spin system rather than counteracting the magnetic ordering [36–38].

Foreshadowing such so-called improper ferroelectrics [39], Levanyuk and Sannikov already mentioned in 1974 that “a complicated change in the crystal or magnetic structure” can induce an electric polarization [40]. Now, scientists began to elaborate such “complicated change” in minute detail and improper ferroelectricity became a key component in the hunt for novel single-phase multiferroics with pronounced magnetoelectric coupling.

From an academic point of view, one of the main achievements associated with the second era of multiferroics was the development of a comprehensive framework that allowed to classify all known materials with respect to the mechanism that drives multiferroicity. Nowadays, we distinguish four classes of multiferroics with ferroelectricity driven by electronic lone pairs, geometry, charge ordering, and magnetism as summarized in Figure 2 [12].

The so-called **lone-pair mechanism** is based on the violation of inversion symmetry by valence electrons (Figure 2(a)). This mechanism is responsible for the room-temperature ferroelectricity in BiFeO$_3$ ($T_C = 1103$ K) [46]. Here, two of the Bi$^{3+}$
Valence electrons do not participate in chemical sp-hybridized states and create a local dipole, leading to a macroscopic spontaneous electric polarization in the order of $100 \mu C/cm^2$ [47]. The polarization is the primary symmetry breaking order parameter, classifying $\text{BiFeO}_3$ as a proper ferroelectric. Antiferromagnetic G-type order with an additional long-range modulation and a small canted moment arises below $T_N = 643$ K in $\text{BiFeO}_3$ [20]. With this, $\text{BiFeO}_3$ has been holding the record for single-phase materials for more than half a century, exhibiting a large electric polarization and robust magnetoelectric coupling at room temperature. Interestingly, $\text{BiFeO}_3$ is still the only established system of its kind and all attempts to achieve

Figure 2: Classification of multiferroic materials. (a) Lone-pair mechanism: In $\text{BiFeO}_3$, two electrons shift away from the $\text{Bi}^{3+}$ ion and towards the $\text{FeO}_6$ octahedra. This lone pair (illustrated by the red isosurface of the electron localization function) induces a spontaneous polarization, $P$, in the [111] direction. (b) Geometric ferroelectricity: Movements of the $\text{MnO}_5$ bipyramids in h-$\text{RMnO}_3$ lead to a displacement of the $R$-ions (indicated by black arrows), which leads to a ferroelectric polarization along the [001] axis [41]. (c) Ferroelectricity due to charge ordering: Alternating layers with $\text{Fe}^{2+}/\text{Fe}^{3+}$ ratios of 2:1 and 1:2 were proposed to give rise to a spontaneous electric polarization in $\text{LuFe}_2\text{O}_3$ [42]. (d) Magnetically induced ferroelectricity: The inverse Dzyaloshinskii–Moriya interaction can lead to a canting of neighbouring magnetic spins, $S_i$ and $S_j$, and thereby drive a polar displacement [43] as illustrated at the top (example: orthorhombic $\text{TbMnO}_3$ [33]). Alternatively, ferroelectricity can arise due to symmetric spin exchange as in $\text{Ca}_3\text{CoMnO}_6$ (middle) [44] or spin-driven modulations in chemical bonding (bottom) like in $\text{CuFeO}_2$ [45]. The Figure is reprinted with permission from Springer Nature, taken from [12]. Copyright 2016 by Springer Nature.
further multiferroics of lone-pair type failed, including most promising candidates such as BiMnO$_3$ [48, 49].

Size effects and geometrical constraints can cause structural instabilities that lead to polar distortions and \textbf{geometric ferroelectricity} (Figure 2(b)). In h-RMnO$_3$, for example, a unit-cell-trimerizing lattice distortion is the driving force of the ferroelectric phase transition ($T_C \gtrsim 1000$ K, $P = 6 \ \mu$C/cm$^2$) [41, 50–53]. As the primary order parameter is not the electric polarization, h-RMnO$_3$ are referred to as \textit{improper} ferroelectrics. Magnetic ordering emerges independently and only at much lower temperatures ($T_N \approx 100$ K) [54]. Very similar behaviour is observed in the hexagonal ferrites, RFeO$_3$, with the additional advantage of a larger spin moment and room-temperature magnetism [55, 56]. The emergence of room-temperature multiferroicity in h-RFeO$_3$ is appealing, but strong magnetolectric couplings at technologically relevant length scales, i.e. at the level of domains, are yet to be demonstrated. Another interesting material with geometric ferroelectricity is BaNiF$_4$, where an asymmetry of Ba$^{2+}$ and F$^-$ sites induces ferroelectricity [57, 58]. Although the geometric ferroelectricity in BaNiF$_4$ is too small to be of use for device applications ($\approx 0.01 \ \mu$C/cm$^2$), it is of profound interest as it involves weak magnetic order that can be reversed by switching the electric polarization.

Charge carriers can localize and form a non-centrosymmetric superlattice, leading to \textbf{ferroelectricity due to charge ordering} (Figure 2(c)). Long-range magnetic order and, hence, multiferroicity may arise at a separate phase transition [59]. LuFe$_2$O$_4$ is considered the role model for charge-order driven multiferroicity, but even after one decade of research the emergence of ferroelectricity is called into question and continues to stimulate controversial debates [42, 60]. Mixed manganites, such as Pr$_{1-x}$Ca$_x$MnO$_3$, Y$_{1-x}$Ca$_x$MnO$_3$, and Pr(Sr$_{0.1}$Ca$_{0.9}$)$_2$Mn$_2$O$_7$ were discussed as well, but did not attract broader attention [59]. By all indications, charge-order driven multiferroicity is an elegant concept of strong academic interest but will not help us to design competitive functional materials.

Another way to induce acentricity in otherwise centrosymmetric structures is magnetism, which can lead to a spontaneous electric polarization and hence multiferroicity. By definition, \textbf{magnetically induced ferroelectricity} is \textit{improper} (or \textit{pseudoproper}) and, in many materials, originates from magnetic frustration. Non-centrosymmetric spin textures due to competing magnetic interactions evolve, for example, in Cr$_2$BeO$_4$, TbMnO$_3$, MnWO$_4$, Ni$_3$V$_2$O$_8$, CoCr$_2$O$_4$, and CuO [see, e.g. [9] for a review]. The non-centrosymmetric magnetic order gives rise to the so-called inverse Dzyaloshinskii-Moryia (DM) interaction [43, 61]. Enabled by relativistic spin-orbit coupling, the low magnetic symmetry is projected onto the crystal lattice and induces a small polar displacement. The orientation of the displacement is determined by the chirality of the spin system ($S_i \times S_j \neq 0$), which yields a unique one-to-one correlation between the (antiferro-)magnetic order and the electric polarization [61, 62]. Successful ongoing attempts to achieve larger polarization ($> 0.1 \ \mu$C/cm$^2$ [63]), higher ordering temperature [64–66], and viable thin film architectures [67] reflect a
substantial potential for further development and correlation phenomena that are yet to be harnessed. The inverse DM interaction is the most intensively studied microscopic mechanism that leads to magnetically driven ferroelectricity but it is certainly not the only one. In the delafossites CuFe$_{1-x}$Rh$_x$O$_2$ ($0 \leq x \leq 0.15$) a spontaneous polarization of about 0.2 $\mu$C/cm$^2$ is induced by a screw-like spin structure ($S_i \times S_j = 0$), being driven by a complex combination of spin-orbit interaction and spin helicity [45]. Inherently larger polarization values arise in collinear magnets with non-relativistic Heisenberg-like exchange striction ($\propto S_i \cdot S_j$), such as YMn$_2$O$_5$ [68, 69], orthorhombic HoMnO$_3$ [70], and the spinel CdV$_2$O$_4$ [71]. Up to now, however, ferroelectricity due to collinear magnetism has only been observed at low temperature so that technological applications remain elusive.

In summary, comparing multiferroics with ferroelectricity driven by different mechanisms, BiFeO$_3$ and its lone-pair mechanism (Figure 2(a)) is still most promising when it comes to device applications. However, the pool of multiferroics with ferroelectricity due to lone-pairs has never widened since the discovery of BiFeO$_3$ in the 1960s. In contrast, the number of spin-driven multiferroics recently exploded and robust room-temperature systems with significantly improved electric and magnetic properties appear to be within reach. Thus, given the current development, it is reasonable to say that spin-driven multiferroicity may play an equally important role and possibly even dethrone the lone-pair mechanism in the future.

3 What’s next?

The revival of multiferroics [12, 72, 73] during the second era led to a comprehensive understanding of the mechanisms that facilitate coexisting electric and magnetic order (Figure 2), as well as conceptually new design strategies for device architectures [67, 74, 75]. Thus, this era brought us an important step closer to multiferroic-based technology. Although the research field has truly matured over the last two decades, the race for ideal multiferroics is still on and scientists keep searching for the perfect material that enables low-energy electric field control of magnetism at room-temperature. In addition, research efforts that were used to focus on multiferroics are now expanding into other fields, ranging from basic cosmology-related questions [76] to novel concepts that may revolutionize information and communication technologies [77].

It is thus a perfect time to take a step back and recap what we already know about the basics of multiferroicity, available model materials, as well as opportunities for next-generation technology. For this purpose, key aspects related to the fundamentals and applications of multiferroics are reviewed in a comprehensive series of topical articles. Here, recent developments in different multiferroics are discussed, covering materials where electric and magnetic order emerge independently (type I) in DOI:10.1515/PSR.2019.0014 and DOI:10.1515/PSR.2019.0070, or
jointly (type II) in DOI:10.1515/PSR.2019.0016 and DOI:10.1515/PSR.2019.0071. Other articles from the series review the characterization of multiferroics at macro- and nanoscopic length scales (DOI:10.1515/PSR.2019.0015, DOI:10.1515/PSR.2019.0068), novel materials (DOI:10.1515/PSR.2019.0069) and excitations (DOI:10.1515/PSR.2019.0055, DOI:10.1515/PSR.2019.0017), as well as domain and domain wall related phenomena (DOI:10.1515/PSR.2019.0067) and recent progress in thin films for device applications (DOI:10.1515/PSR.2019.0072).

On the one hand, the series of topical reviews is of interest for specialists to keep an overview of key discoveries within the field, despite the exploding number of publications on multiferroics. On the other hand, the comprehensive collection of articles can serve as a solid foundation for students and newcomers who are just entering the field. Because one thing is clear: the exciting journey that once started with ferroelectromagnets is by far not over yet. In fact, the third era – which will take us beyond the classical multiferroics research as we know it from the past – is just beginning. First intriguing precursors associated with this third era of multiferroics are, for example, non-trivial topological textures such as magnetoelectric skyrmions [78, 79] and hybrid domain walls [80, 81], higher-order correlation phenomena at the level of domains [82] and emergent chemical phases at the nanoscale [83].

References

1. Schmid H. Multi-ferroic magnetoelectrics. Ferroelectrics. 1994;162:317.
2. Aizu K. Possible species of ferromagnetic, ferroelectric, and ferroelastic crystals. Phys Rev B. 1970;2:754–72.
3. Schmid H. On ferrotoroidics and electrotoroidic, magnetotoroidic and piezotoroidic effects. Ferroelectrics. 2001;252:41–50.
4. Litvin DB. Ferroic classifications extended to ferrotoroidic crystals. Acta Crystallogr Sect A. 2008;64:316–20.
5. Dzyaloshinskii IE. On the magneto-electrical effect in antiferromagnets. Sov Phys JETP. 1960;10:628–9.
6. Eerenstein W, Mathur ND, Scott JF. Multiferroic and magnetoelectric materials. Nature. 2006;442:759–65.
7. Khomskii D. Classifying multiferroics: mechanisms and effects. Physics. 2009;2:20.
8. Nan C-W, Bichurin MI, Dong S, Viehland D, Srinivasan G. Multiferroic magnetoelectric composites: historical perspective, status, and future directions. J Appl Phys. 2008;103:031101.
9. Tokura Y, Seki S. Multiferroics with spiral spin orders. Adv Mater. 2010;22:1554–65.
10. Barone P, Picozzi S. Mechanisms and origin of multiferroicity. Comptes Rendus Phys. 2015;16:143–52.
11. Ma J, Hu J, Li Z, Nan C-W. Recent progress in multiferroic magnetoelectric composites: from bulk to thin films. Adv Mater. 2011;23:1062–87.
12. Fiebig M, Lottermoser T, Meier D, Trassin M. The evolution of multiferroics. Nat Rev Mater. 2016;1:16046.
13. Schmid H. The dice-stone ‘Der Würfelstein’: some personal souvenirs around the discovery of the first ferromagnetic ferroelectric. Ferroelectrics. 2012;427:1–33.
14. Valasek J, Piezo-electric and allied phenomena in rochelle salt. Phys Rev. 1921;17:475.
15. Néel L. Propriétés magnétiques de l’état métallique et énergie d’interaction entre atomes magnétiques. Ann Phys. 1936;11:232.
16. Smolenskii GA, Ioffe VA Communications de Colloque International de Magnetism de Grenoble (France), 2-6 Juillet. Communication No. 1. 1958.
17. Bokov VA, Myl’nikova IE, Smolenskii GA. Ferroelectric-antiferromagnetic crystals. Zhurnal Eksp I Teor Fiz. 1962;42:643–6.
18. Smolenskii GA, Isupov VA, Krainik NN, Agranovskaya Al. The coexistence of the ferroelectric and ferromagnetic states. Izv Akad Nauk SSSR, Seriya Fiz. 1961;25:1333–9.
19. Venetsev YN, Zhdanov GS, Solov’ev SN, Bezus EV, Ivanova VV, Fedulov, SA, et al. Crystal chemical studies of substances with perovskite-type structure and special dielectric properties. Kristallografiya. 1960;5:620–6.
20. Kiselev SV, Ozerov RP, Zhdanov GS. Detection of magnetic order in ferroelectric BiFeO$_3$ by neutron diffraction. Sov Phys Dokl. 1963;7:742.
21. Bertaut EF, Forrat F, Fang P. Les manganites de terres rares et d’yttrium: une nouvelle classe de ferroélectriques. Comptes Rendus Acad Sci. 1963;256:1958–61.
22. Coeuré P, Guinet F, Peuzin JC, Buisson G, Bertaut EF Ferroelectric properties of hexagonal orthomanganites of yttrium and rare earths. Proc Int Meet Ferroelecr Prag. 1966.
23. Ascher E, Rieder H, Schmid H, Stössel H. Some properties of ferromagnetoelectric nickel-iodine boracite, Ni$_3$B$_7$O$_{13}$I. J Appl Phys. 1966;37:1404–5.
24. Wood VE, Austin AE. Possible applications for magnetoelectric materials. Int J Magn. 1974;5:303–15.
25. Aizu K. Possible species of ‘ferroelastic’ crystals and of simultaneously ferroelectric and ferroelastic crystals. J Phys Soc Japan. 1969;27:387.
26. Smolenskii GA, Chupis IE. Ferroelectromagnets. Sov Phys Uspekhi. 1982;25:475–93.
27. Newnham RE, Kramer JJ, Schulze WA, Cross LE. Magnetoferroelectricity in Cr$_2$BeO$_4$. J Appl Phys. 1978;49:6088–91.
28. Bar’yakhtar VG, L’vov VA, Yablonskii DA. Inhomogeneous magnetoelectric effect. JETP Leters. 1983;37:673–5.
29. Magnetoelectric interaction phenomena in crystals: Proceedings of the 2nd international conference (MAIPIC-2), Ascona, 1993. Gordon and Breach Science Publishers. 1994.
30. Hill NA. Why are there so few magnetic ferroelectrics? J Phys Chem B. 2000;104:6694–709.
31. Fiebig M, Lottermoser T, Fröhlich D, Goltsvev AV, Pisarev RV. Observation of coupled magnetic and electric domains. Nature. 2002;419:818–20.
32. Lottermoser T, Lonkai T, Amann U, Hohlwein D, Ihringer J, Fiebig M. Magnetic phase control by an electric field. Nature. 2004;430:541–5.
33. Kimura T, Goto T, Shintani H, Ishizaka K, Arima T, Tokura Y. Magnetic control of ferroelectric polarization. Nature. 2003;426:59–8.
34. Hur N, Park S, Sharma PA, Ahn JS, Guha S, Cheong SW. Electric polarization reversal and memory in a multiferroic material induced by magnetic fields. Nature. 2004;429:392–5.
35. Chupis IE Ferroelectromagnets. Fifty years after discovery. arXiv 1–109. 2010.
36. Kimura T. Spiral magnets as magnetoelectrics. Annu Rev Mater Res. 2007;37:387–413.
37. Tokura Y, Seki S, Nagaoa N. Multiferroics of spin origin. Reports Prog Phys. 2014;77:076501.
38. Mostovoy M. Multiferroics: a whirlwind of opportunities. Nat Mater. 2010;9:188–90.
39. Dvořák V. Improper ferroelectrics. Ferroelectrics. 1974;7:1–9.
40. Levanyuk AP, Sannikov DG. Improper ferroelectrics. Sov Phys Uspekhi. 1974;17:199–214.
41. Van Aken BB, Palstra TT, Filippetti A, Spaldin NA. The origin of ferroelectricity in magnetostrictive YMnO\textsubscript{3}. Nat Mater. 2004;3:164–70.

42. De Groot J, Mueller T, Rosenberg RA, Keavney DJ, Islam Z, Kim J-W, et al. Charge order in LuFe\textsubscript{2}O\textsubscript{4}: an unlikely route to ferroelectricity. Phys Rev Lett. 2012;108:187601.

43. Sergienko IA, Dagotto E. Role of the Dzyaloshinskii-Moriya interaction in multiferroic perovskites. Phys Rev B. 2006;73:094434.

44. Choi YJ, Yi HT, Lee S, Huang Q, Kiryukhin V, Cheong SW. Ferroelectricity in an ising chain magnet. Phys Rev Lett. 2008;100:047601.

45. Arima T. Ferroelectricity induced by proper-screw type magnetic order. J Phys Soc Japan. 2007;76:073702.

46. Fedulov SA. Determination of Curie temperature for BiFeO\textsubscript{3} ferroelectric. Dokl Akad Nauk SSSR. 1961;139:1345.

47. Wang J, et al. Epitaxial BiFeO\textsubscript{3} multiferroic thin film heterostructures. Science. 2003;299:1719–22.

48. Belik AA. Polar and nonpolar phases of BiMO\textsubscript{3}: a review. J Solid State Chem. 2012;195:32–40.

49. Yang H, Chi ZH, Jiang JL, Feng WJ, Cao Z, Xian T, et al. Centrosymmetric crystal structure of BiMnO\textsubscript{3} studied by transmission electron microscopy and theoretical simulations. J Alloys Compd. 2008;461:1–5.

50. Fennie CJ, Rabe K. Ferroelectric transition in YMnO\textsubscript{3} from first principles. Phys Rev B. 2005;72:100103.

51. Lilienblum M, Lottermoser T, Manz S, Selbach SM, Cano A, Fiebig M. Ferroelectricity in the multiferroic hexagonal manganites. Nat Phys. 2015;11:1070–3.

52. Artyukhin S, Delaney KT, Spaldin NA, Mostovoy M. Landau theory of topological defects in multiferroic hexagonal manganites. Nat Mater. 2014;13:42–9.

53. Cano A. Hidden order in hexagonal RMnO\textsubscript{3} multiferroics (R=Dy–Lu, In, Y, and Sc). Phys Rev B. 2014;89:214107.

54. Fiebig M, Fröhlich D, Leute S, Lottermoser T, Pavlov VV, Pisarev RV. Determination of magnetic symmetry by optical second-harmonic generation. J Magn Magn Mater. 2001;226–230:961–2.

55. Das H, Wysocki AL, Geng Y, Wu W, Fennie CJ. Bulk magnetoelectricity in the hexagonal manganites and ferrites. Nat Commun. 2014;5:2998.

56. Wang W, Zhao J, Wang W, Gai Z, Balke N, Chi, M, et al. Room-temperature multiferroic hexagonal LuFeO\textsubscript{3} Films. Phys Rev Lett. 2013;110:237601.

57. Eibschütz M, Guggenheim HJ, Wemple SH, Camli\textsubscript{–}bel I, DiDomenico M. Ferroelectricity in BaM\textsubscript{2+}Fe\textsubscript{4}. Phys Lett A. 1969;29:409–10.

58. Ederer C, Spaldin NA. Electric-field-switchable magnets: the case of BaNiF\textsubscript{4}. Phys Rev B. 2006;74:020401.

59. Van den Brink J, Khomskii DI. Multiferroicity due to charge ordering. J Phys Condens Matter. 2008;20:434217.

60. Ruff A, Krohns S, Schrettle F, Tsurkan V, Lunkenheimer P, Loidl A. Absence of polar order in LuFe\textsubscript{2}O\textsubscript{4}. Eur Phys J B. 2012;85:290.

61. Katsura H, Nagaosa N, Balatsky AV. Spin current and magnetoelectric effect in noncollinear magnets. Phys Rev Lett. 2005;95:057205.

62. Mostovoy M. Ferroelectricity in spiral magnets. Phys Rev Lett. 2006;96:067601.

63. Johnson RD, Chapon LC, Khalyavin DD, Manuel P, Radaelli PG, Martin C. Giant improper ferroelectricity in the ferroaxial magnet CaMn\textsubscript{7}O\textsubscript{12}. Phys Rev Lett. 2012;108:067201.

64. Kitagawa Y, Hiraoka Y, Honda T, Ishikura T, Nakamura H, Kimura T. Low-field magnetoelectric effect at room temperature. Nat Mater. 2010;9:797–802.
65. Rocquefelte X, Schwarz K, Blaha P, Kumar S, van den Brink J. Room-temperature spin-spiral multiferroicity in high-pressure cupric oxide. Nat Commun. 2013;4:2511.
66. Jana R, Saha P, Pareek V, Basu A, Kapri S, Bhattacharyya, S, et al. High pressure experimental studies on CuO: indication of re-entrant multiferroicity at room temperature. Sci Rep. 2016;6:1–8.
67. Trassin M. Low energy consumption spintronics using multiferroic heterostructures. J Phys Condens Matter. 2016;28:033001.
68. Chapon LC, Radaelli PG, Blake GR, Park S, Cheong SW. Ferroelectricity induced by acentric spin-density waves in YMn$_2$O$_5$. Phys Rev Lett. 2006;96:097601.
69. Radaelli PG, Chapon LC, Daoud-Aladine A, Vecchini C, Brown PJ, Chatterji, T, et al. Electric field switching of antiferromagnetic domains in YMn$_2$O$_5$: a probe of the multiferroic mechanism. Phys Rev Lett. 2008;101:067205.
70. Picozzi S, Yamauchi K, Sanyal B, Sergienko IA, Dagotto E. Dual nature of improper ferroelectricity in a magnetoelectric multiferroic. Phys Rev Lett. 2007;99:227201.
71. Giovannetti G, Stroppa A, Picozzi S, Baldomir D, Pardo V, Blanco-Canosa S, et al. Dielectric properties and magnetostriction of the collinear multiferroic spinel CdV$_2$O$_4$. Phys Rev B. 2011;83:060402.
72. Spaldin NA, Cheong SW, Ramesh R. Multiferroics: past, present, and future. Phys Today. 2010;63:38–43.
73. Spaldin NA, Ramesh R. Advances in magnetoelectric multiferroics. Nat Mater. 2019;18:203–12.
74. Bibes M, Barthélémy A. Multiferroics: towards a magnetoelectric memory. Nat Mater. 2008;7:425–6.
75. Multiferroics march on. Nat Mater. 2019, 18, 187–187.
76. Spaldin NA. Multiferroics: from the cosmically large to the subatomically small. Nat Rev Mater. 2017;2:1–3.
77. Manipatruni S, Nikonov DE, Lin CC, Gosavi TA, Liu H, Prasad B, et al. Scalable energy-efficient magnetoelectric spin–orbit logic. Nature. 2019;565:35–42.
78. Seki S, Ishiwata S, Tokura Y. Magnetoelectric nature of skyrmions in a chiral magnetic insulator Cu$_2$OSeO$_3$. Phys Rev B Condens Matter Mater Phys. 2012;86:060403.
79. Okamura Y, Kagawa F, Mochizuki M, Kubota M, Seki S, Ishiwata, S, et al. Microwave magnetoelectric effect via skyrmion resonance modes in a helimagnetic multiferroic. Nat Commun. 2013;4:2391.
80. Meier D, Maringer M, Lottermoser T, Becker P, Bohatý L, Fiebig M. Observation and coupling of domains in a spin-spiral multiferroic. Phys Rev Lett. 2009;102:107202.
81. Meier D, Leo N, Maringer M, Lottermoser T, Fiebig M, Becker P, et al. Topology and manipulation of multiferroic hybrid domains in MnWO$_4$. Phys Rev B. 2009;80:224420.
82. Leo N, Carolus V, White JS, Kenzelmann M, Hudl M, Tolédano P, et al. Magnetoelectric inversion of domain patterns. Nature. 2018;560:466–70.
83. Farokhipoor S, Magén C, Venkatesan S, Íñiguez J, Daumont CJM, Rubi D, et al. Artificial chemical and magnetic structure at the domain walls of an epitaxial oxide. Nature. 2014;515:379–83.